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stands  for hydrogel,  c  stands  for  cryogels,  wc  stands  for washed  cryogel  and  awc  stands  for  aged 








PEG‐g‐F68(2:1‐7)h‐lac1  0.008  40.6  0.985  1.51  2.14  0.903 
PEG‐g‐F68(2:1‐7)c‐lac1  0.014  74.5  0.997  7.27  2.80  0.941 
PEG‐g‐F68(2:1‐7)wc‐lac1  0.012  40.0  0.989  3.32  2.64  0.962 
H2O[PEG‐g‐F68(2:1‐7)‐lac1]  0.013  32.9  0.996  3.06  2.80  0.956 
PEG‐g‐F68(2:1‐7)h‐lac3  0.006  328.6  0.992  17.09  2.49  0.942 
PEG‐g‐F68(2:1‐7)c‐lac3  0.007  450.2  0.994  28.48  2.62  0.943 
PEG‐g‐F68(2:1‐7)wc‐lac3  0.006  235.6  0.996  11.15  2.40  0.965 
PEG‐g‐F68(2:1‐7)wc‐lac0  0.013  23.2  0.997  2.11  2.73  0.957 
PEG‐g‐F68(2:1‐7)wc‐lac2  0.009  126.3  0.998  10.31  2.54  0.951 
PEG‐g‐F68(1:1‐7)c‐lac1  0.006  55.8  0.997  3.10  2.46  0.950 
PEG‐g‐F68(1:1‐7)wc‐lac1  0.007  32.2  0.995  2.17  2.68  0.938 
PEG‐g‐F68(3:1‐7)c‐lac1  0.005  99.6  0.998  5.03  2.43  0.958 
PEG‐g‐F68(3:1‐7)wc‐lac1  0.020  51.8  0.990  9.38  4.01  0.935 
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Figure S1: SEM micrographs of longitudinal sections of PEG‐g‐F68(2:1‐7)c‐lac1 (a) and PEG‐g‐
F68(2:1‐7)c‐lac2 (b). Bars are 20 µm in (a) and 50 µm in (b). 
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 Figure S2: SEM micrographs of PEG(7)c‐lac1  (left  column) and PEG(10)c‐lac1  (right  column) 
cryogels at different magnifications. Bars are (from top to bottom) 200, 50 and 20 µm.  
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Figure  S3:  FTIR  spectra  of  PEG‐g‐F68(1:1‐7)  (top)  and  PEG‐g‐F68(3:1‐7)  (bottom)  cryogels 
before  (red  line)  and  after  (blue  line)  extraction  of  un‐reacted  monomers  (by  keeping  in 
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Further discussion on FTIR spectra: 
As  mentioned  in  the  principal  text,  the  intensity  increase  of  the  bands  at  ca.  2950  cm‐1 
(ascribed to CH3 symmetric and anti‐symmetric stretching modes) as compared to those at 
ca.  2850  cm‐1  (ascribed  to  CH2  symmetric  and  asymmetric  stretching  modes)  proofs  the 
presence of  PPO  segments  in  PEG‐g‐F68  cryogels  after  extraction of  non‐reacted  species.1 
The  absorption  band  at  ca.  3510  cm‐1  is  assigned  to  terminal  hydroxyl  groups  in  the 
copolymer  and  its  was  mostly  observed  in  PEG‐g‐F68  cryogels  after  extraction  of  non‐













of  the C–O  stretching mode at 1115  cm‐1  is  very  strong  for PEO‐PPO copolymers and PEO 
homopolymers.  The  1060  cm‐1  band  is  coupled  C–O  stretching  and  C–C  stretching.  The 
intensity of the band decreases in the FTIR spectrum of PEG‐g‐F68 cryogels after extraction 








Supplementary Material (ESI) for Soft Matter
This journal is (c) The Royal Society of Chemistry 2010









Supplementary Material (ESI) for Soft Matter
This journal is (c) The Royal Society of Chemistry 2010
